A novel method for purification of phosphogypsum

Jinming Wang 1,2,3,4,5, Faqin Dong 1,3, Zhaojia Wang 2,4, Feihua Yang 2,4, Mingxia Du 1,3, Kaibin Fu 1,3,5, Zhen Wang 1,3,5

1 School of Environment and Resource, Southwest University of Science and Technology, Mianyang, Sichuan, China
2 Beijing Building Materials Academy of Sciences Research Co., Ltd., Beijing, China
3 Key Laboratory of Solid Waste Treatment and Resource Recycle Ministry of Education, Southwest University of Science and Technology, Mianyang, Sichuan, China
4 State Key Laboratory of Solid Waste Reuse for Building Materials, Beijing, China
5 Sichuan Provincial Engineering Lab of Non-Metallic Mineral Powder Modification and High-Value Utilization, Southwest University of Science and Technology, Mianyang, China

Corresponding author: wjmyutian@126.com (Jinming Wang)

Abstract: Phosphogypsum is an industrial solid waste from the phosphate fertilizer industry. At present, the accumulation of phosphogypsum has caused very serious economic and environmental problems. A large scale of phosphogypsum is consumed in the building field. The characteristics of whiteness and phosphorus content are important factors affecting the use of phosphogypsum as a building material. In this study, soluble phosphorus and fluorine were removed by adding lime, and flotation was employed to purify phosphogypsum. A large amount of organic matter and fine slime in the phosphogypsum were removed by reverse flotation, and gypsum was floated by positive flotation. Through the flotation closed-circuit experiment, the whiteness of phosphogypsum was increased from 31.5 to 58.4, the percentage of total phosphorus in gypsum (P₂O₅) was reduced from 1.78 to 0.89, the grade of calcium sulphate dihydrate was 96.6%, the recovery of concentrate was 74.1%. After removing impurities, the phosphogypsum concentrate reached the first grade national standard of the phosphogypsum building materials in China. The method is cheap and practical, and can be used as an important method for pretreatment of phosphogypsum.

Keywords: phosphogypsum, purification, phosphorus, fluorine, building materials

1. Introduction

Phosphorus is an indispensable fertilizer element in agriculture (Ciceri and Allainore, 2019), which is mainly obtained by wet sulfuric acid leaching of apatite. However, in addition to phosphoric acid, a large amount of phosphogypsum (PG) is produced as an industrial by-product (Silva et al., 2010). The production of one ton of phosphoric acid will produce 4.5-5.5 tons of PG (Yang et al., 2013; Contreras et al., 2018). So far, the storage of PG in China has exceeded 400 million tons, and the global storage has exceeded 6 billion tons (Ma et al., 2020; Degirmenci, 2008). For a long time, PG can only be piled up at random, which occupies a large amount of land. The pollutants in the PG are easy to seep out, which will pollute the water and the surrounding environment (Tayibi et al., 2009; Canovas et al., 2018). In addition, it can form dust and cause very serious environmental problems in the local area (Xue et al., 2019; Xu et al., 2019; Hartley et al., 2013). At present, China has established a system for determining the output by consumption. This has brought tremendous pressure to phosphorus chemical companies and also determined the survival of phosphorus chemical companies (Xu et al., 2019).

Natural gypsum is an important non-metallic mineral, which can be used in cement retarder, ceramics, gypsum plaster, gypsum wallboard, gypsum mortar and other building materials industry (Islam et al., 2017; Schug et al., 2017; Engbrecht et al., 2016; Rashad et al., 2017). A large amount of gypsum resources is needed every year, among which the building materials industry is the largest...
consumer of gypsum. The main components of phosphogypsum and natural gypsum are calcium sulfate dihydrate ($\text{CaSO}_4 \cdot 2\text{H}_2\text{O}$). The content of calcium sulfate dihydrate in phosphogypsum exceeds 85% (Alcordo et al., 1993), which is usually higher than natural gypsum. The application of PG in building materials industry not only reduces the mining of gypsum ore, but also eliminates a large amount of the industrial waste of phosphorus chemical enterprises (Mashifana 2019; Jiang et al., 2018). This not only reduces the environmental pollution of PG, but also converts waste into wealth, becoming an inevitable choice for the sustainable development of the phosphate fertilizer industry. However, PG contains a large amount of impurities, mainly organic matter, soluble phosphorus, soluble fluorine, eutectic phosphorus, eutectic fluorine, quartz and so on (Ding et al., 2019). A large number of studies have revealed that soluble phosphorus, soluble fluorine, eutectic phosphorus, and eutectic fluorine will affect the use of PG as building materials (Huang et al., 2019). Soluble phosphorus and soluble fluorine will increase the initial setting time of cement. Besides, the presence of phosphorus and fluorine in building materials will also cause water absorption and frosting of building materials. In addition, the presence of organic matter and slime will result in low whiteness of PG. These reasons have seriously affected the use of PG in the building materials industry (Singh et al., 1996; Singh, 2005). For a long time, the majority of science and technology workers have done a lot of researches on the purification of PG (Singh et al., 1993), which mainly focus on the following aspects. The first is the water washing method, which can remove a large amount of soluble phosphorus and fluorine. However, due to secondary wastewater and high investment costs, this method is difficult to apply in the industrial field. The second is the traditional flotation method, which can remove organic matter suspended in PG slurry naturally without adding flotation agents, but cannot remove phosphorus and fluorine. Besides, this method is slow and inefficient. Another is the precipitation method. Lime is added to the PG. The soluble phosphorus and fluorine in the lime and PG react to form insoluble phosphorus and fluorine, which reduces the influence of soluble phosphorus and fluorine on the building materials. However, after a long time, insoluble phosphorus and fluorine will dissolve out, which cannot fundamentally reduce the influence of phosphorus and fluorine on PG (Singh, 2002; Reijnders, 2007).

After reviewing the deficiency of previous studies, soluble phosphorus, fluorine were precipitated by lime firstly. Organic matter and slime in PG were floated out by the reverse flotation method, and the fine particles of phosphorus and fluorine minerals were also enriched and removed. Then, gypsum is positively floated by adding an amine collector, and a large amount of phosphorus-containing high minerals enter the flotation tailings. Through positive and negative flotation, the whiteness and purity of PG are improved, and the content of fluorine and phosphorus is reduced. This research has important guiding significance for the harmlessness and resource utilization of PG.

2. Experimental

2.1. Samples and reagents

The sample was purchased Hongda Phosphorus Chemical Co., Ltd., Deyang, China. The results of multi-element analysis of the samples are shown in table 1. It shows that Ca and S were the main element components in the PG, and the main impurity elements was Si. The total phosphorus ($\text{P}_2\text{O}_5$) content in the sample was 1.78%. The phosphorus content was high and needed to be removed. The F content in this sample was low. Through ion chromatography analysis, the soluble phosphorus content in the PG sample was 0.40%. After testing by the whiteness meter, the whiteness of the raw sample was only 31.3. Besides, The content of calcium sulphate dihydrate in PG ore was 86.5% by the determination of crystal water firing loss. The XRD analysis results of PG are shown in Fig. 1. The results show that the main mineral in the PG is calcium sulphate dihydrate and contains a small amount of unreacted phosphorite ($\text{CaPO}_3$($\text{OH}$)$_x$ $2\text{H}_2\text{O}$).

Dodecyltrimethyl ammonium chloride (DTAC) used in the experiment was of analytical grade and was obtained from Nanjing Robiot Co., Ltd, Nanjing. In addition, Pine oil used in the experiment is industrial grade.

2.2. Precipitation test of soluble phosphorus and fluorine

5 g phosphogypsum was added into a beaker with 25 mL water, then lime was incorporated with a certain mass ratio to phosphogypsum and the mixture was stirred for 5 minutes. Subsequently, the
mixture was filtered, and then the filtrate was transferred into a 100 mL volumetric flask. Then, its volume was determined by deionized water. Finally, the concentration of soluble phosphorus and fluorine in the filtrate was analyzed and recorded.

2.3. Flotation tests

The flotation tests were carried out on a 1 L XFD type flotation machine, and 200 g samples were tested. Local tap water was used in flotation tests. First, add 2 grams of lime (1%) to the slurry, stir for 5 minutes to precipitate soluble phosphorus and fluorine, then add pine oil, remove organic matter and slime in PG by reverse flotation, and finally add DTAC to floating gypsum for concentration. The samples were filtered, dried at 40°C, weighed, and the recovery was calculated. The whiteness of the sample were investigated by the SBDY-1P whiteness meter, Shanghai Yuefeng Instrument Co., Ltd. The content of total phosphorus in the sample was measured using wavelength dispersive X-ray fluorescence spectrometer (XRF), and the soluble phosphorus and fluorine in the sample were determined by ion chromatographic analyzer.

2.4. Gypsum purity test

The purity of calcium sulphate dihydrate in PG was determined by the content of crystallized water in gypsum. The mass fraction of calcium sulphate dihydrate (G) in sample was calculated according to formula (1)

\[ G = 4.7785 \times H \]  

(1)

where G is the purity of calcium sulphate dihydrate, %, 4.7785 is coefficient of calcium sulfate dihydrate content converted from crystal water content, which is equal to the molecular weight of calcium sulfate dihydrate divided by the molecular weight of two water molecules. H represents crystal water content, %.

2.5. SEM analysis

The raw ore and concentrate samples were analyzed by SEM. The testing equipment is sigma300 scanning electron microscope produced by Zeiss in Germany.
3. Results and discussion

3.1. Results of soluble phosphorus and fluorine precipitation

The influence of lime addition (add in mass ratio with PG) on the concentration of soluble phosphorus and fluorine in PG was investigated and the corresponding results are shown in Fig. 2. The soluble phosphorus and fluorine in PG can be solidified by adding lime. When the addition amount was 1% of the mass of PG, the content of soluble phosphorus and fluorine was 0.71 mg/L and 0.041 mg/L, respectively, which were far lower than 0.2% and 0.1% of soluble phosphorus and fluorine required by the national standard for phosphogypsum first-class products.

![Fig. 2. Effect of lime content on the concentration of soluble phosphorus and fluorine in PG](image)

3.2. Flotation removal test of organic matter and fine slime

PG contains a lot of slime and organic matter, which leads to the low whiteness of PG and the accumulation of phosphate minerals in the fine slime. It is hydrophobic and can be removed by adding a small amount of foaming agent. Therefore, the flotation method was employed to float out organic matter and slime. The use of frother is a common method of flotation desilting. Pine oil is one of the most commonly used foaming agents with relatively low cost and good foaming performance (Liu, et al., 2020). The effect of pine oil dosage on removal of slime and organic matter from PG was investigated in this section. The flow chart of pine oil dosage test is shown in Fig. 3. The results of pine oil dosage test is shown in Fig. 4.

![Fig. 3. Flow chart of pine oil dosage test](image)

Fig. 4 (a) shows that with the increase of pine oil dosage, the recovery of gypsum concentrate reduced, the recovery of organic matter and slime in the tailings increased and the purity of gypsum increased, indicating that the increase of pine oil dosage was beneficial to the removal of slime and organic matter. However, if the amount of foaming agent was too large, gypsum would also be entrained and float, and the recovery of gypsum would decrease. Fig. 4(b) shows that as the dosage of pine oil increases, the total phosphorus content in the concentrate decreases and the whiteness of gypsum increases, indicating that phosphorus is abundant in slime and organic matter. Not only the organic matter and
slime removed, but also the phosphorus content in the gypsum concentrate also reduced. When the dosage of pine oil reached 250 g/t, with the continuous increase of pine oil, the recovery of impurities, the whiteness and purity of gypsum concentrate stopped increasing, and the total P₂O₅ concentration in gypsum concentrate was no longer decreased. Due to the increased cost of pine oil dosage, the pine oil dosage was set at 250 g/t in subsequent tests.

![Graph](image1)

**Fig. 4. Results of pine oil dosage test**

### 3.3. Collector dosage test

After removing impurities such as slime and organic matter, there were still some impurity minerals in the PG, which were mainly coarse-grained phosphorite. These impurities will affect the whiteness of PG, and phosphorus will be enriched in these impurities. Therefore, it is necessary to separate these impurities from calcium sulphate dihydrate. The surface of calcium sulphate dihydrate was negatively charged in wide pH range, and cationic collector has a good ability to collect it (Lu et al., 2008; Raii et al., 2014). Quaternary ammonium salts are a common cation collectors used in the flotation of various negatively charged minerals (Hu et al., 2012; Wang and Ren, 2005; Jiang et al., 2019). DTAC is one of the most representative quaternary ammonium salt collector (Tian et al., 2017; Rahimi et al., 2017). However, it has not been reported on gypsum flotation. Therefore, the commonly used cationic collector dodecyltrimethyl ammonium chloride (DTAC) was investigated for calcium sulphate dihydrate flotation. The effect of DTAC dosage on the purity and whiteness of gypsum was studied. The experimental process is shown in Fig. 5, and the result of the flotation concentrate index is shown in Fig. 6.

![Diagram](image2)

**Fig. 5. Flow chart of DTAC dosage tests**

From the results of DTAC dosage, it can be seen from Fig. 6 that with the increase of DTAC dosage, the recovery and total P₂O₅ content of concentrates gradually increased. When the DTAC dosage reaches 100 g/t and continued to increase, the recovery of concentrate increased slightly, while the total P₂O₅ grade of concentrate increased significantly. On the contrary, with the increase of DTAC dosage, the grade and whiteness of calcium sulphate dihydrate gradually decreased. This is mainly due to the
increase in reagent dosage, which leads to an increase in the recovery rate of the concentrate and the easy inclusion of other impurities. Comprehensively considering the factors such as the purity, recovery, whiteness and phosphorus content of PG, the dosage of DTAC was set at 100 g/t.

![Graph](image1)

Fig. 6. Results of DTAC dosage test

### 3.4. Closed circuit test of PG flotation

After the reverse flotation, the positive flotation of DTAC to PG was carried out. Good flotation indexes could be obtained by the closed-circuit process of “one rougher, two cleaners and one scavenger”. The flow chart is shown in Fig. 7, and the results are shown in table 2.

![Flow chart](image2)

Fig. 7. Flow chart of closed circuit flotation tests for PG

| Table 2. Results of closed-circuit tests for PG |
| --- |
| **Index Product** | **Grade (%)** | **Recovery** | **Whiteness** | **Total P₂O₅ %** |
| Concentrate | 96.6 | 74.1 | 58.2 | 0.89 |
| Tailing 1 | 66.68 | 21.4 | 34.2 | 2.73 |
| Tailing 2 | 66.4 | 4.5 | 33.2 | 7.30 |
| Raw ore | 86.5 | 100 | 33.8 | 1.78 |

After open-circuit reverse flotation and the closed-circuit “one rougher, two cleaners and one scavenger” process, the grade of gypsum was 96.6%. After purification, the whiteness of PG reached 58.2, which was 24.4 higher than that of raw ore. The total phosphorus content (P₂O₅) in PG also decreased from 1.78% to 0.89%. The soluble phosphorus and fluorine in the slurry have been
precipitated and the beneficiation wastewater can be recovered. The flotation concentrate meets the requirements of Chinese national standard (GB/T 23456-2018) for PG grade products.

3.5. SEM analysis results
Scanning electron microscopy of the raw ores and concentrates are shown in Figs. 8 (a) and (b), respectively. It can be seen from the figure that the PG in the raw ore showed a state of aggregation, the particles adhered to each other, and the surface of the gypsum crystals was covered with fine mineral particles. After separation, the gypsum particles in the concentrate were dispersed, the fine slime on the surface of the particles was removed, and the surface of the gypsum crystals was smooth and clean, which proved that the flotation method can effectively removed impurity minerals in PG and improved the purity of gypsum.

Fig. 8. SEM of raw ore (a) and concentrate (b)

4. Conclusions
Lime could precipitate soluble phosphorus and fluorine in phosphogypsum. Organic matter and easy-to-float slime in PG can be removed by desliming flotation. In addition, the whiteness and purity of PG are also greatly improved. Phosphorus in the removed slime was enriched and the phosphorus content in the gypsum concentrate was reduced. After open-circuit reverse flotation of desliming, DTAC was used as the collector, and the closed-loop positive flotation process of "one rougher, two cleaners, and one scavenger" was adopted. The whiteness of the PG concentrate reached 58 and the purity of calcium sulphate dihydrate reached 96.6%. The flotation concentrate meets the requirements of the national standard GB/T 23456-2018.

Acknowledgments
The financial supports from the open project of State Key Laboratory of Solid Waste Reuse for Building Materials (SWR-2019-003), the China Postdoctoral Science Foundation funded project (2019M653837XB), the National Natural Science Foundation of China (No. 51874106), the Research Fund from Southwest University of Science and Technology (19sxb145) are gratefully acknowledged.

Reference
ATTALLAH M.F., METWALLY S.S., MOUSSA S.L., SOLIMAN MOHAMED A., 2019. Environmental impact assessment of phosphate fertilizers and phosphogypsum waste:Elemental and radiological effects. Microchemical Journal.146, 789-797.
ALCORDO I. S., RECHCIGL J. E., 1993. Phosphogypsum in Agriculture: A Review. Advances in Agronomy. 49, 55-
CANOVAS C., MACIAS F., PEREZ-LOPEZ R., BASALLOTE M.D., MILLAN-BECERRO R., 2018. Valorization of wastes from the fertilizer industry: current status and future trends. Journal of Cleaner Production. 174, 678-690

CICERI D., ALLANORE, A., 2019. Local fertilizers to achieve food self-sufficiency in Africa. Science of The Total Environment. 648, 669-680.

CONTRERAS M., TEIXEIRA S. R., SANTOS G. T. A., GAZQUEZ M. J., BOLIVAR J. P., 2018. Influence of the addition of phosphogypsum on some properties of ceramic tiles. Construction and Building Materials. 175, 588-600.

DEGIRMENCI N., 2008. Utilization of phosphogypsum as raw and calcined material in manufacturing of building products. Construction and Building Materials. 22, 8, 1857-1862.

DING W., CHEN Q. J., SUN H. J., et al., 2019. Modified mineral carbonation of phosphogypsum for CO2 sequestration. Journal of CO2 Utilization. 34, 507-515.

ENGRECHT D.C., HIRSCHFELD D. A., 2016. Thermal analysis of calcium sulfate dihydrate sources used to manufacture gypsum wallboard. Thermochimica Acta.639, 173-185.

JIANG H., Han W. P., ZHAO C., LUO H. F., XIANG G. Y., 2019. Adsorption behaviors and mechanisms of quaternary ammonium salt collectors on quartz samples with different particle sizes. Colloids and Surfaces A: Physicochemical and Engineering Aspects. 581, 1-10.

HARTLEY T. N., MACDONALD A. J., MCGRATH S. P., ZHAO F. J., 2013. Historical arsenic contamination of soil due to long-term phosphate fertilizer applications. Environmental Pollution. 180, 259-264.

HUANG Y. B., QIAN J.S., KANG X. J., YU J. C., 2019. Belite-calcium sulfoaluminate cement prepared with phosphogypsum: Influence of P2O5 and F on the clinker formation and cement performances. Construction and Building Materials. 203, 432-442.

HU Y. H., CHEN P., SUN W., 2012. Study on quantitative structure–activity relationship of quaternary ammonium salt collectors for bauxite reverse flotation. Minerals Engineering. 26, 24-33

ISLAM G. M. S., CHOWDHURY F. H., RAHMAN M. T., AMIT S. K. S., ISLAM M. R., 2017. Effect of Phosphogypsum on the Properties of Portland Cement. Procedia Engineering. 171, 744-751.

JIANG G. Z., WU A.X., WANG Y. M., LAN W. T., 2018. Low cost and high efficiency utilization of hemihydrate phosphogypsum: Used as binder to prepare filling material. Construction and Building Materials. 167, 263-270.

LIU R. Z., LI J. L., WANG Y. W., LIU D. W., 2020. Flotation separation of pyrite from arsenopyrite using sodium carbonate and sodium humate as depressants. Colloids and Surfaces A: Physicochemical and Engineering Aspects. 595, 124669.

LU S. S., SUN C. Y., 2008. Study on crystal chemistry of floatability of several sulfate minerals. Metal Mine. 383, 5, 49-52

MA B.G., JIN Z. H., SU Y., LU W. D., 2020. Utilization of hemihydrate phosphogypsum for the preparation of porous sound absorbing material. Construction and Building Materials. 234, 117346.

MASHIFANA T. P., 2019. Chemical treatment of phosphogypsum and its potential application for building and construction, Procedia Manufacturing. 35, 641-648.

RAI M., MINH D. P., SANZ F. J. E., NIZIHOU A., 2014, Lead and cadmium removal from aqueous solution using an industrial gypsum by-product. Procedia Engineering. 83, 415-422.

RASHAD A. M., 2017. Phosphogypsum as a construction material. Journal of Cleaner Production. 166, 732-743.

RAHIMI S., IRANNAJAD M., MEHDILO A., 2017. Comparative studies of two cationic collectors in the flotation of pyrolusite and calcite.International Journal of Mineral Processing.167, 103-112.

REIJNDERS L., 2007. Cleaner phosphogypsum, coal combustion ashes and waste incineration ashes for application in building materials: A review. Building and Environment. 42, 2, 1036-1042.

SCHUG B., MANDEL K., SCHOTTNER G., SHMELIOV A., NICOLOSI V., BAESE R., PIETSCHMANN B., BIEBL M., SEXTL G., 2017. A mechanism to explain the creep behavior of gypsum plaster. Cement and Concrete Research. 98, 122-129.

SILVA L. F. O, HOWER J. C., IZQUIERDO M., QUEROL X., 2010. Complex nanominerals and ultrafine particles assemblages in phosphogypsum of the fertilizer industry and implications on human exposure. Science of The Total Environment. 408, 21, 5117-5122.

SINGH M., GARG M., REHSI S. S., 1993. Purifying phosphogypsum for cement manufacture. Construction and Building Materials. 7, 1, 3-7.

SINGH M., GARG M., VERMA C. L., HANNA H.S.H., KUMAR R., 1996. An improved process for the purification of phosphogypsum. Construction and Building Materials.10, 8, 597-600.

SINGH M., 2005. Role of phosphogypsum impurities on strength and microstructure of selenite plaster. Construction and Building Materials. 19, 6, 480-486.
SINGH M., 2002. Treating waste phosphogypsum for cement and plaster manufacture. Cement and Concrete Research. 32, 7, 1033-1038.

TAYIBI H., CHOURA M., LOPEZ F. A., ALGUACIL F.J., LOPEZ-DELGADO A., 2009. Environmental impact and management of phosphogypsum. Journal of Environmental Management. 90, 2377-2386.

TIAN J., XU L. H., DENG W., JIANG H., GAO Z. Y., HU Y., H., 2017. Adsorption mechanism of new mixed anionic/cationic collectors in a spodumene-feldspar flotation system. Chemical Engineering Science. 164, 8, 99-107.

WANG Y. H., REN J. W., 2005. The flotation of quartz from iron minerals with a combined quaternary ammonium salt. International Journal of Mineral Processing. 77, 2, 116-122.

XU J. P., FAN L. R., XIE Y. C., WU G., 2019. Recycling-equilibrium strategy for phosphogypsum pollution control in phosphate fertilizer plants. Journal of Cleaner Production. 215, 175-197.

XUE S. G., LI M., JIANG J., MILLAR G., LI C., KONG X. F., 2019. Phosphogypsum stabilization of bauxite residue: Conversion of its alkaline characteristics. Journal of Environmental Sciences. 77, 1-10.

YANG L., YAN Y., HU Z. H., 2013. Utilization of phosphogypsum for the preparation of non-autoclaved aerated concrete. Construction and Building Materials. 44, 600-606.